Improvement in Digestion Resistibility of Mandua Starch (Eleusine coracana) after Cross-Linking with Epichlorohydrin

Mayank Kumar Malik, Vipin Kumar,* Prince Prashant Sharma, Jaspal Singh, Shivkanya Fuloria, Vetriselvan Subrimanyan, Neeraj Kumar Fuloria, and Pawan Kumar

ABSTRACT: Starch, being a polymer of excessive demand for the development of products of pharmaceutical importance, has been tremendously treated in many ways for improving the desired characteristics such as viscosity, paste clarity, digestibility, swelling, syneresis, and so forth. In the present study, alkali-extracted starch of mandua grains (Eleusine coracana; family Poaceae) was treated with epichlorohydrin for cross-linking and the modified starch was assessed for swelling, solubility, water binding capacity, moisture content, and degree of cross-linking. The digestion resistibility of modified starch was analyzed in simulated gastric fluid (pH 1.2), simulated intestinal fluid (pH 6.8), and simulated colonic fluid (pH 7.4). The structural modifications in treated mandua starch were analyzed by Fourier transform infrared (FTIR) spectroscopy, powder X-ray diffraction (XRD), scanning electron microscopy, thermogravimetric analysis, and C\textsuperscript{13} nuclear magnetic resonance (\textsuperscript{13}C NMR). The results of the study reflected the significant modification in mandua starch after treatment with epichlorohydrin (1.0% w/w sdb, solid dry basis). The degree of cross-linking of treated mandua starch was 85.15%, and the swelling capacity of mandua starch changed from 226.51 ± 2.175 to 103.14 ± 1.998% w/w after cross-linking with epichlorohydrin. A remarkable increment in digestion resistibility was observed in modified mandua starch. The XRD pattern and FTIR spectra revealed the presence of resistant starch after chemical modification. The decomposition pattern of modified mandua starch was also different from extracted mandua starch. All the results reflected the effective modification of mandua starch by epichlorohydrin and the formation of resistant starch to a significant content. The treated mandua starch may have the potential in developing various preparations of food, nutraceuticals, and pharmaceuticals.

1. INTRODUCTION

Mandua (finger millet, Eleusine coracana, family Poaceae) is one of the oldest, most common, and most grown cultivars used in the human diet in Uttarakhand state of India. In India, it is referred to as “nrttakondaka” in the ancient Indian Sanskrit literature, which means “dancing grain”. It is also addressed as “rajika” or “markataka”. Its grain is smaller than that of several millet crops. In India, the production of mandua had declined to 2,608,100 and 2,374,600 tons in 1998−1999 and 2001−2002, respectively.\textsuperscript{1} In the world, the finger millet ranks fourth in importance among millets after the foxtail millet, pearl millet, and sorghum millet.\textsuperscript{2}

Deskbound lifestyle and high-glycemic-index foods have become a potent risk factor for the community because of increased lifestyle diseases such as hypertension, colon cancer, diabetes, hypercholesterolemia, obesity, and so forth. There is a growing interest in developing foods having resistant starch (RS) and dietary fibers to overcome such diseases.\textsuperscript{3} RS has several health benefits including positive impacts on bowel health. It is also associated with increased apoptosis of colorectal cancer, tumors, and decrement in body weight.\textsuperscript{4}

RS is defined as the total amount of starch and starch degradation products that resist digestion in the small intestine. However, RS is further classified into five categories based on its digestion. RS4 represents a group of starches that have been chemically modified to reduce their digestibility.\textsuperscript{5,6} RS is also present in ragi.\textsuperscript{7} Finger millet starch is slightly resistant to amylolysis.\textsuperscript{8} Starch is used in various industrial applications. However, native starches in the food and pharmaceutical industries are restricted because of their particular physical (retrogradation, high degree of syneresis, low resistance to shear stress, and opaqueness) and chemical properties.\textsuperscript{8} To engender the range of applicability in industries, modification or processing of starch is necessary.\textsuperscript{9−12} India demands around 27,500 tons of
modified starch per annum with an 8–9% growth rate per annum.\textsuperscript{13,14} The content of RS or slowly digestible starch can be improved by various methodologies such as genetic manipulation, enzymatic debranching, hydrothermal treatments, and chemical modifications including cross-linking and γ-irradiation exposure, as well as lipid complexation.\textsuperscript{15} It has been reported that cross-linking of starches using reagents such as sodium trimetaphosphate (STMP) and sodium tripolyphosphate (STPP) cause resistance to digestion, and therefore, these starches fit within the type RS4.\textsuperscript{16} It is known that cross-linking changes the starch structure, making it inaccessible to digestive enzymes (α-amylase and amyloglucosidase) and resulting in a high level of nonhydrolyzed starch fractions.\textsuperscript{17} The cross-linking of starches adds intra- and intermolecular bonds in random positions in the starch granules, resulting in stabilization of the molecule.\textsuperscript{18} Epichlorohydrin (ECHD) is the most commonly used starch cross-linking reagent. The treatment of ECHD with starch in the presence of an alkali yields glycerol mono- and diethers. ECHD cross-linked starch is firmly resistant to pH and shear due to the formation of ether linkages between the cross-links and the hydroxyl groups.\textsuperscript{19} Resistance to pH makes it suitable for use in the development of pH-responsive targeted drug-delivery devices.

Currently, there is little information available on the properties of chemically modified mandua starch isolated from the hilly varieties of mandua that can be used further in pharmaceutical, food, and other industrial applications. Hence, the present study is focused on examining the effect of ECHD as a cross-linking agent on in vitro gastrointestinal digestion resistibility, physicochemical, and morphological properties of alkali-isolated starch from mandua cultivars grown in hilly areas of Uttarakhand, India. Different parameters were studied to examine the changes that occurred in ECHD-treated starch. The minimal digestion of this starch in the gastrointestinal tract (GIT) may be a critical factor in protecting drug-delivery devices from the GIT environment and may modulate the releasing and targeting of an incorporated drug.

## 2. MATERIALS AND METHODS

Mandua grains (VL mandua-352) were purchased from Vivekananda Parvartiya Krishi Anushandhan Sansthan, Almora (Uttarakhand). Pancreatin (from the porcine pancreas) was purchased from HiMedia, India. Isoamylase (1000 U/mL), Total Resistant Starch Assay Kit, and Glucose Assay Kit were procured from Megazyme International Ltd. (Co. Wicklow, Ireland) and Arbro Pvt. Ltd., India. All the other chemicals used in the study were of reagent grade and purchased from reagent grade and Sigma-Aldrich.

### 2.1. Starch Isolation

The alkaline steeping method with some modification was used to isolate starch from mandua grains.\textsuperscript{20} Mandua grains were dried, cleaned, dehusked, and powdered. The powdered flour enriched with starch was diluted with distilled water (10 times), and the pH was adjusted to 10 with 1 N sodium hydroxide. The slurry was mixed intermittently for 1 h with a magnetic stirrer at room temperature. The suspension was centrifuged at 8000 rpm for 15 min, and the supernatant was carefully discarded. The sediment was then resuspended in double-distilled water (10 times) and maintained at 4 °C for 18 h. The suspension was centrifuged at 8000 rpm for 10 min, and the supernatant was removed. The sediment was again suspended in a 2% w/v sodium chloride solution for 20 h at 4 °C. The suspension and centrifugation processes were repeated twice with 0.1 N NaOH for 48 h. The suspension was neutralized and then centrifuged at 10,000 rpm for 15 min. The white starch layer was collected, washed, resuspended in 80% ethanol at 80 °C for 1 h, cooled down to room temperature, and allowed to settle for 4 h at 4 °C. The supernatant was discarded, and the residue was dehydrated. The alkali-isolated mandua starch (AMS) was powdered and dried at 30 °C in a hot-air oven overnight and stored in an airtight container.

### 2.2. Cross-Linking of Mandua Starch with Epichlorohydrin

The cross-linking reaction of starch with ECHD was carried out by the reported method with slight modifications.\textsuperscript{19} In brief, AMS was dispersed in distilled water (1:2) in a three-neck round-bottom flask equipped with a condenser and thermometer. The resultant paste was stirred magnetically for 10 min. The pH of the slurry was adjusted to 10.5 by 0.1 M sodium hydroxide. The cross-linking agent, ECHD (1.0% w/w, solid dry basis, sdb), was added into the starch slurry over 30 min. The flasks were closed tightly, and the slurry was stirred continuously on a magnetic stirrer, warmed up to 50 °C, and maintained at this temperature for 5 h. Afterward, the slurry was neutralized to pH 6.0 with 1.0 M hydrochloric acid to terminate the reaction. The modified starch slurry was collected by centrifugation at 3000 rpm. The product was washed several times with distilled water, and the supernatant was collected for quantification of the unreacted cross-linking reagent. A similar process was carried out for blank to assess the effect of acidic conditions on used ECHD. The resultant mandua starch cross-linked with epichlorohydrin (ECC-MS) was kept in the refrigerator for some time and then dried overnight in a hot-air oven at 40 °C. The yield of the cross-linked mandua starch was calculated by comparing the weight of native starch with the weight of cross-linked starch as follows:

\[
\text{yield (\%)} = \frac{\text{wt of native starch} - \text{wt of starch after cross-linking}}{\text{wt of native starch}} \times 100
\]

The amount of unreacted ECHD after the cross-linking reaction was quantified by the previously reported method.\textsuperscript{19,21} In brief, the unreacted ECHD was converted to glycerol by hot alkali treatment, which was further converted to formaldehyde by periodate oxidation and estimated colorimetrically at 570 nm using a chromotropic acid reagent reaction. A standard calibration was prepared using a known amount of ECHD.

### 2.3. Characterization of Cross-Linked Starch and Alkali-Isolated Starch

#### 2.3.1. Estimation of Water Binding Capacity

The water binding capacity (WBC) of ECC-MS and AMS was measured by the reported method with slight modification.\textsuperscript{21,22} A 0.1 g of starch (dry basis, db) and 10 mL of distilled water preheated at 37 °C were mixed in preweighed centrifuge tubes (\(W_i\)). The tubes were kept at 37.5 ± 0.5 °C in a water bath for 15 min. After cooling to room temperature (25 °C), all tubes were centrifuged at 3000 rpm for 10 min. After centrifugation, the supernatant was decanted and tubes with residue were weighed (\(W_f\)). The following formula was used to calculate the WBC:\textsuperscript{23}

\[
\text{WBC (g/g)} = \left( \frac{W_i - W_f}{W_i} \right) - \text{initial weight of starch (db)} \times 100
\]

\[
\times \text{initial weight of starch (db)}
\]

\[
(ii)
\]
2.3.2. Swelling Capacity and Solubility. The swelling capacity and solubility of AMS and ECC-MS were calculated with slight modification in the reported method.\(^{23}\) A 500 mg of starch (db) was taken in a predried and preweighed centrifuge tube. A 20 mL of preheated distilled water (37.5± 0.5°C) was added to the centrifuge tube and kept for 30 min at a preset temperature. The resultant mixture was centrifuged at 3000 rpm for 15 min. The supernatant was transferred to a dried and preweighed petri plate and kept in a hot-air oven at 105°C for estimation of the solubility of starch. The centrifuge tube containing residue was weighed for determining the swelling capacity.

Swelling capacity(%) = \(\frac{\text{wt. of wet starch}}{\text{wt. of initial starch}} \times 100\) (iii)

Solubility(%) = \(\frac{\text{weight of starch available in the supernatant}}{\text{initial weight of starch}} \times 100\) (iv)

2.3.3. Moisture Content and Ash Content. Moisture contents of ECC-MS and AMS were estimated according to the previously reported method.\(^{24}\) At the same time, the ash content was determined by the reported method.\(^{25}\) A 200 mg of starch (db) was dried in a hot-air oven at 105°C until it reached a constant weight. The moisture content of ECC-MS and AMS was calculated by measuring the wet weight. The following expression was used to determine the moisture content

moisture content(% w/w) = 100 × \(\frac{w_1 - w_2}{w_2}\) (v)

where \(w_1\) is the sample’s initial weight and \(w_2\) is the weight of the dried sample.

2.3.4. In Vitro Gastrointestinal Digestion Resistibility. The in vitro digestion resistibility of AMS and ECC-MS was determined by following the reported method with slight modifications.\(^{26}\) Simulated gastric fluid (SGF), simulated intestinal fluid (SIF), and simulated colonic fluid (SCF) were prepared according to the reported method.\(^{27}\) The SGF (pH 1.2) was prepared by dissolving NaCl (0.2 g), 37% HCl (7 mL), and pepsin (3.2 g). The SIF of pH 6.8 consisted of KH₂PO₄ (6.8 g), 0.2 M NaOH (190 mL), and pancreatin (10.0 g). The SCF had a pH of 7.4.

Duplicate 100 mg (dry basis) of AMS and ECC-MS was weighed, suspended in 2 mL of SGF prepared immediately before use (pH 1.2), placed in a dialysis bag (HiMedia), and dialyzed against 50 mL of SGF in a beaker at 37°C for 2 h. A dialysis bag loaded with starch was shaken every 10 min to avoid starch sedimentation during a 2 h period. After 2 h, 1 mL of the dialysate samples was taken and analyzed for sugar release using a GOD-POD kit. After 2 h, the dialysate was centrifuged at 3000 rpm for 20 min and the supernatant was discarded. Afterward, the solid residue was suspended in 2 mL of SIF (pH 6.8). The previous dialysis procedure was followed except that SGF was replaced by the SIF (pH 6.8) and the dialysis time was extended to 6 h. After that, these starch samples were mixed with ethanol to quench the enzyme activity. The sediments, named AMS-SIF and ECC-MS-SIF, respectively, were dried and ground for further use. The dialysate samples were also used for sugar release analysis. For determining the digestibility of treated mandua starch and extracted mandua in SCF, the above process was carried out in SCF (pH 7.4) for 6 h.

2.3.5. Paste Clarity. Paste clarity of mandua starch samples was determined according to the previous method.\(^{20,28}\) A 10 mg/mL (db) suspension of cross-linked starch and alkali-isolated starch in distilled water was prepared separately in a centrifuge tube and heated at 95°C for 30 s every 5 min. After cooling to 4°C, the starch clarity (% T, transmittance) was measured on a spectrophotometer (UV-1800, Shimadzu, Japan) at 650 nm against distilled water as blank.

2.3.6. Surface Morphological Characterization. ECC-MS was sprinkled on a double-sided adhesive tape attached to a circular specimen stub and then coated with gold using a sputter coater. The sample was viewed using SEM (Gemini SEM 300, Carl Zeiss, Germany) at an accelerating voltage of 15 kV.

2.3.7. Fourier Transform Infrared Spectroscopy. AMS and ECC-MS were ground in a glass mortar and dried. The samples were scanned using a Fourier transform infrared spectrometer (Cary 630, Agilent Technologies, USA) at a resolution of 8 cm⁻¹ in the scanning range of 450–4000 cm⁻¹.

2.3.8. Powder XRD. Powder X-ray diffractograms were obtained using an X-ray diffractometer (D8 Discover; Bruker, Billerica, MA) under operating conditions as follows: the X-ray generator was run at 40 kV and 30 mA, and the scanning angle 2θ was set from 5 to 60° at a scanning rate of 0.02°/min. Furthermore, any change in crystallinity was observed by dividing the crystalline area. The crystallinity was calculated by dividing the crystalline area by the total area (amorphous and crystalline area) observed in diffractograms of native mandua starch and epichlorohydrin-treated mandua starch.

2.3.9. ¹³C NMR Spectroscopy of ECC-MS (¹³C NMR). Nuclear magnetic resonance spectra of ECC-MS were obtained on a Bruker AVANCE 400 MHz spectrometer. The spectra were obtained in dimethyl sulfoxide (DMSO-d_6) as a solvent. The chemical shift was recorded in parts per million. The spectra were obtained from 4000 scans. Before the measurements, the samples were appropriately dried and dissolved in DMSO-d_6 by heating the starch and DMSO-d_6 at 60°C to get a clear solution; after that, the centrifuge tubes were centrifuged at 4000 rpm to get the precise solution to get a spectrum of good resolution.

2.3.10. Thermogravimetric Analysis. The thermogravimetric analysis (TGA) of AMS and ECC-MS was conducted using a simultaneous thermal analyzer (STA 6000, PerkinElmer, Germany) in an air and nitrogen environments (200 mL/min) at a heating rate of 5°C/min. The temperature range for the analysis was maintained from ambient to 900°C.

2.3.11. Quantification of RS. The RS fraction was quantified by using the Megazyme resistant starch assay kit. The method of RS quantification was based on AACC Method 32-40.01, AOAC Method 2002.02, and CODEX Method Type II. Furthermore, the data obtained was processed using a Megazyme mega calculator.

2.3.12. Statistical Analysis. The student “t” test was used when significant differences were found at a significance level of \(p<0.05\). Pearson correlation analysis was performed at the \(p<0.01\) level to establish correlations among the different evaluated parameters. The principal component analysis (PCA) was also performed with the aim to understand the interactions among the evaluated parameters. PCA for all numerical results was performed using the XLSTAT Trial version (Addinsoft, New York).
3. RESULTS AND DISCUSSION

3.1. Starch Isolation by the Alkali Extraction Method.

The isolation methods have their impacts on different characteristics of extracted starch. Starch isolation steps include grating or milling, fiber separation, centrifugation, washing or purification, freeze dehydration, or oven drying. For starch extraction, alkali isolation method, acid isolation method, oil extraction method, water stepping, and enzymatic isolation method are used, and these are based on the desired properties and purity of starch. However, alkaline treatment with low shear isolation method produces starch with better yield, purity, and pasting properties. 

Starch contains two types of proteins, granule surface and interior proteins. The surface proteins are easily removed from starch using some mild extraction methods without destroying the granule structure, while the removal of interior proteins requires more disruptive extraction methods. Removal of surface proteins also eliminates surface lipids. 

In the present study, the starch from mandua grains was isolated by the alkali isolation method due to economic viability and effective surface protein removal capability with high purity. The yield of extracted starch from mandua grains has been shown in Table 1, and the yield was observed as 35.74 ± 1.880% w/w.

| s.no | property                        | ECC-MS (mean ± S.D.) | AMS (mean ± S.D.) |
|------|---------------------------------|----------------------|-------------------|
| 1.   | yield (%)                       | 35.740 ± 1.880       | 90.8±0.854        |
| 2.   | total ash (db, % w/w)           | 0.185 ± 0.018        | 0.248 ± 0.076     |
| 3.   | pH of aqueous extract           | 11                   | 6.5               |
| 4.   | paste clarity (% T)             | 6.566 ± 0.321        | 3.5 ± 0.009       |
| 5.   | swelling capacity (% w/w)       | 226.510 ± 2.175      | 103.140 ± 1.998   |
| 6.   | moisture content (% w/w)        | 16.767 ± 0.642       | 3.540 ± 0.671     |
| 7.   | degree of cross-linking (%)     |                      | 85.15             |
| 8.   | water binding capacity (% w/w)  | 1.080 ± 0.011        | 1.756 ± 0.015     |

“S.D.: standard deviation of three successive determinations, mean: average value of three determinations.”

3.2. Water Binding Capacity. WBC is related to the property of starch to bind or connect with water. WBC is influenced by the type of starch, type of modification, and the severity of the treatment. WBC may be lowered by the involvement of hydroxyl groups in the formation of hydrogen and covalent bonds among starch components. The WBCs of the native and cross-linked starches are shown in Table 1. The WBC for native mandua starch was 1.080 ± 0.011% w/w, and for ECHD-treated mandua starch, the WBC was found to be 1.756 ± 0.015% w/w, respectively. It reflected the increment in the WBC of ECC-MS after treating it with ECHD. An increase in the WBC of ECHD cross-linked cassava starch (84.0% w/ w) has also been reported in comparison to native starch (68.3% w/w). Rice starch citrates have also shown significantly higher WBC than control at 25 °C. 

Comparatively, the lower WBC of alkali-isolated starch may be attributed to the blocking of water binding sites with sodium ions during alkali isolation, making them unavailable for binding of a water molecule. However, a considerable decrement in the WBC of rice starch has been reported upon cross-linking with ECHD (0.25%).

3.3. Swelling Capacity and Solubility. The swelling capacities of both AMS and ECC-MS are presented in Table 1. It has been reported that due to cross-linking, starch possesses an abnormal capacity of accommodating water into the network as a cross-linked starch network can be imagined as an ultrahigh molecular weight starch molecule containing pores in its structure. The swelling capacity of ECC-MS was found to be 103.14 ± 1.998% w/w, and for AMS, it was 226.51 ± 2.175% w/w. Starch granules with more significant crystalline areas and strong covalent interactions in the crystalline regions usually show little swelling power in cold water than in the subsequent heating conditions. 

It has also been reported that modified starch citrates (starch from basmati rice) at 25 °C had a higher swelling capacity than control. However, it has been proposed that due to strong bonding forces within the granules of starch during cross-linking, swelling became restricted. However, a decrement in the swelling power of potato starch cross-linked with ECHD has also been noticed but the temperature conditions were different from the present study. 

The high solubility of the starch can restrict its use as excipients in prolonged drug-delivery devices. The solubility of ECC-MS was found less than the native mandua starch. The decrement in solubility by cross-linking may be attributed due to increased cross-linking density in the starch structure. A similar trend of decreased solubility was reported for enset starch cross-linked with ECHD. The decreased solubility also confirmed the strong molecular arrangement.

3.4. Ash and Moisture Content Estimation. The ash content and moisture content of the ECC-MS and AMS are shown in Table 1. The ash contents of ECC-MS and AMS were found as 0.248 ± 0.076% w/w and 0.185 ± 0.018% w/w, respectively. The moisture contents of ECC-MS and AMS were found as 3.54 ± 0.671% w/w and 16.767 ± 0.642% w/w, respectively. Carmona-Garcia et al. (2009) reported a 1-fold decrement in moisture content in banana starch after cross-linking with ECHD (7.5 mL per 100 g of starch) when compared with its native sample. It was proposed that this pattern is related to the reaction between –OH groups of glucose units of starch and the bi- or polyfunctional chemical reagent used in this chemical modification. This process decreases the possibility of reaction between –OH groups of starch chains and the water molecules and, consequently, affects the joining of water to the polymer. The low moisture content of BS samples could be probably due to removing pentosans and water-binding proteins during alkali extraction.

Previous work reported that ECHD cross-linked enset starch contains less moisture than the unmodified starch.

3.5. Paste Clarity. This specific property depends on the weight of amylopectin and amylose and final molecular size. The difference in molecular size, weight of amylopectin and amylose of starch significantly affect the paste clarity, functionality, and digestion characteristics. Paste clarity is a property of interest due to the application of starch in food industries to produce turbid pastes (low transmittance) to prepare dressings. Moorthy (2002) concluded that smaller starch granules scattered more amount of light. Also, B-type crystallinity and B-type starches exhibit better clarity than A-type starches. Paste clarity is a result of rupture of swollen starch granules, and cross-linking improves the integrity of swollen granules, resulting in reduced paste clarity.
Considering these findings, a small quantity of alkali was isolated non-modified mandua starch (and significantly different from the paste clarity of the alkali-±6.566±0.009% T, respectively. The paste clarity of the ECHD-treated mandua starch sample was lower and significantly different from the paste clarity of the alkali-isolated non-modified mandua starch (p<0.05). Low starch paste clarity of ECC-MS could be explained in terms of destruction/cleavage of polymeric chains of starch. The starch granules which were stable to destruction during the application of heat showed lower starch paste clarity compared to the high paste clarity of the native starch. At the same time, AMS showed greater paste clarity because of rupturing of starch molecular chains. Daramola and Bamidele (2015) reported a decrement in the paste clarity of ECHD-treated cassava starch samples compared to the high paste clarity of the native cassava starch.77 Núñez-Bretón et al. (2019) reported that the paste clarity showed an inversely proportional relationship with the ECHD concentration for cross-linked Mexican Oxalis tuberosa starch.44 It has also been observed that thermal treatment increases the % T values for acid-treated cereal starches, but alkali incubation causes a decrease in % T.44,48

3.6. Determination of the Degree of Cross-Linking. The unreacted ECHD content is a value that indirectly tests the cross-linked degree because when a high amount of cross-linking agent is found as unreacted, a lower cross-linking of the polymer is carried out and the extent of the reaction is comparatively lower.49 The molar degree of cross-linking has also been studied on the basis of the amount of unreacted ECHD.44 The degree of cross-linking of ECC-MS was found 85.15% as calculated on the basis of the amount of extracted starch. It has been found that at a higher concentration of starch and lower amount of sodium hydroxide; most of the amount of the applied ECHD reacts with the starch; thereby, about 75–92% is bound by the primary cross-linking reaction, forming glycerol diether cross-links, and 8–25% of ECHD is bound by the side reaction as a glycerol mono-ether derivative.44 As starch modifications with chemical agents are nucleophilic reactions, a certain amount of alkali can promote a reaction by ionizing the hydroxyl groups in the starch molecules into an alkoxide anion. Therefore, alkali is an efficient catalyst for the chemical modification of starch.50–52 Considering these findings, a small quantity of alkali was utilized to maintain the reaction pH and to catalyze the reaction. It has been found that 85.15% of used ECHD was reacted in the cross-linking reaction of AMS. Kim and Lee (2002) calculated the degree of cross-linking and product yield by determining the amount of unreacted ECHD and found that the average reaction yield between ECHD and starch was about 85%. In the present study, because of the lower ECHD (1.0%, sdb) to starch ratio, most of the ECHD was used by the starch anions.53 Therefore, the reaction rate would be higher. A study conducted elsewhere concluded that the adsorption of ECHD in aqueous reaction conditions was favorable because of the poor affinity of ECHD toward water.44 In this study, the ratio of starch to water was maintained at 1:2 during cross-linking of mandua starch with ECHD because cross-linking is favored by a high starch/water ratio.41 These conditions might favor the utilization of most of the amount of ECHD (≥85%) in the cross-linked starch reaction. The mechanism of cross-linking of ECHD with AMS in an alkaline medium has been shown in Figure 1.

3.7. In Vitro Digestion Resistibility. This property plays a vital role in the formulation of targeted characteristics. Several factors affect the digestibility of starch, including but not limited to its botanical origin, granule size, content of amylose and amylopectin, crystallinity and the presence of amylose–lipid complexes, and modification methods.9,54 Modification of AMS with 1.0% ECHD resulted in an increment in digestion resistibility in the regions of GIT. An increase in in vitro digestion resistibility may be due to increased resistant starch content, that is, the formation of resistant starch type IV (RS4). It has been found that the digestion resistibility of the ECC-MS starch was increased remarkably after treatment with ECHD (p < 0.05). Similar results have also been observed in a study conducted on the modification of srpanjka starch, a variety of wheat with ECHD.55 Aˇckar et al. (2010) observed a 2-fold increase in RS content and reduction of digestibility on modification with 0.3 and 0.5% ECHD.55 Woo and Seib (2002) found that RS content in modified wheat starch was increased up to 53 and 76% on treatment with ECHD at concentrations of 1% w/w (dsb) and 2% w/w (dsb), respectively.16 The increase in digestibility resistibility of starch after cross-linking could be associated with highly compact particles that behave as a physical barrier to the digestive enzyme causing a delay in

Figure 1. Cross-linking of epichlorohydrin (ECHD) with AMS in an alkaline medium.
penetration of the enzyme into starch granules. Findings confirmed that the condition applied for cross-linking of mandua starch affected the molecular structure of starch. Furthermore, similar observations have been reported for heat–moisture-treated rice, maize, and potato starches. The digestion resistibility pattern of modified (ECC-MS) and AMS are depicted in Figure 2. A change in molecular size affected the paste clarity, swelling power, and ratio of constituents of starch, causing a change in the enzymatic degradation behavior of starch. The results of the paste clarity of the mandua starch also supported higher digestion resistibility after cross-linking with ECHD.

3.8. Morphological Characterization. The appearance of starch granules after cross-linking (ECC-MS) and AMS was studied by SEM. The surface morphologies of AMS and ECC-MS have been shown in Figures 3 and 4 respectively. SEM investigations revealed that the cross-linking caused slight changes in the granular morphology of ECC-MS. Due to cross-linking in starch (ECC-MS), the surface of granules became slightly rough and the formation of pores or grooves was observed on some of the granules that indicated slight fragmentation. A slight increment for water uptake in ECC-MS as compared to AMS also confirms that some pores would be developed in cross-linked starch. These results were consistent with previous studies. However, scanning electron micrographs of native and modified rice starch samples indicated that chemical modification of cross-linking with ECHD (0.3% w/w, on dry starch basis) had no remarkable effect on rice starch granules’ morphological properties.

3.9. FTIR Characterization. The FTIR spectra of modified starch (ECC-MS) and AMS displayed all the typical absorption bands for polysaccharides, as shown in Figure 5. Generally, the IR spectra of modified starches show the typical peaks for the starch backbone. Compared to an absorption peak around 3500–3000 cm\(^{-1}\) in alkali-isolated starch, this peak became broadened and less sharp in chemically cross-linked starch spectra, which might be due to hydrogen bond stretching. Additionally, in the IR spectrum of the cross-linked starch, the characteristic absorption bands were observed at 1019 and 1155 cm\(^{-1}\) which might be due to C–O stretching vibrations. However, these were highly diminished in intensity. The absorption bands at 1639 cm\(^{-1}\) enlightened the existence of C\(=\)C stretching in alkali-isolated starch. The peaks at 709 cm\(^{-1}\) indicated low content of coordinated water molecules due to wagging (out-of-plane bending) vibrations of the –OH groups in water. Moreover, FT-IR spectra reinforced the existence of cross-linking between AMS and ECHD. The molecular interaction was further confirmed by the FTIR spectra. The FTIR spectra showed a vibration peak in the area at 1018–1242 cm\(^{-1}\) corresponding to the C–O–C functional group. The peaks at around 3400 cm\(^{-1}\) were broadened after cross-linking.

3.10. Powder XRD. The XRD patterns of ECC-MS and AMS are shown in Figure 6. Powder XRD is the only method that can measure the long-range crystalline order. Generally, the A-type crystalline structure of starch contains diffraction peaks at 2\(\theta\) of 15, 17, 20, and 23\(^{\circ}\); for the B-type crystalline structure, it is present at 5, 17, 20, 22, and 24\(^{\circ}\). For the C-type crystalline structure, a combination of A- and B-types is present. However, for a typical V-type crystalline structure, the diffraction peaks are present at 7, 13, and 20\(^{\circ}\). In the diffractogram of ECC-MS, the prominent peaks were observed at 15.178, 17.05, 17.958, 18.012, 19.954, and 20.89984.56

Figure 2. Digestibility of in vitro AMS and ECC-MS in SGF (pH 1.2), SIF (pH 6.8), and SCF (pH 7.4).

Figure 3. Scanning electron micrographs of AMS at different magnifications.

Figure 4. Scanning electron micrographs of ECC-MS at different magnifications.

Figure 5. FTIR spectra of modified starch (ECC-MS) and AMS.

Figure 6. Powder XRD patterns of ECC-MS and AMS.
23.04°. The presence of 17.958 and 18.012° peaks at about 18° in starch revealed the starch with CA-type crystallinity. The peak at a 2θ of 20° is typical of a V-type pattern, and this is commonly observed in case of parboiled cereals. ECC-MS exhibited a single peak at a 2θ of 19.954°, indicating a typical V-type pattern. Mangala et al. (1999) studied the X-ray diffractogram of RS isolated from ragi (Indaf variety) and found that RS showed significant peaks at 17.2 and 17.6° with characteristics of V- and B-type starches. In the diffractogram of ECC-MS, the presence of a clear peak at 26.68° reinforced that the cross-linked starch contained a marked RS fraction (RS4). According to Situ et al. (2014), the peak at around 2θ = 26.0° is due to a RS fraction. This peak becomes more pronounced as the RS content increases, which agrees well with the results of this study.

Any change in the crystalline pattern and molecular structure significantly affects the RS content through alteration of the reaction between starch granules with the enzyme. Furthermore, the loss in crystallinity caused by cross-linking is the most conspicuous change in X-ray diffractograms. It was observed that the degree of crystallinity was 43% for AMS, which decreased to 32% after cross-linking. Similar results related to the decrement of crystallinity of starch after modifications have been reported. It was concluded in the study that the decrease in crystallinity was due to the disorder in the chain caused by the phosphates replacing hydroxyl groups during cross-linking process. Furthermore, a decrease in crystallinity of cassava starch and potato starch has also been reported with an increase in cross-linking and RS.

3.11. NMR Characterization. It has been reported earlier that six necessary signals occur at 100, 79, 74, 72, 71, and 61.5 ppm due to the C-1, C-4, C-3, C-2, C-5, and C-6 atoms of the glucopyranose unit, respectively. The resonances at 79 and 70 ppm are due to C-4 involved in the α′-(1,4) linkages and C-4 of the nonreducing terminal units, respectively. The 13C NMR spectra of ECC-MS have been depicted in Figure 7. The 13C NMR spectra of cross-linked starch produced strong and intense signals at 78.86, 73.35, 72.07, 71.71, and 60.59 at a lower intensity signal of 100.16 ppm. The signals at 100.16 and 60.59 ppm were due to low-molecular-weight starch.
components. These signals are related to O-CH$_2$, CH (OH), C-1 (100.1), and C-6 (60.59 ppm) due to low-molecular-weight components which may change their mobility in the presence of water. The results agreed with the previous study in which ECHD cross-linked potato starch produced strong and intense signals at 72.9, 71.4, 70.0, 63.6, 61.7, 52.3, and 45.6 ppm with a lower intensity signal at 100.5 ppm. The absence of signals at 30, 130, and 180 ppm further confirmed the purity of starch by $^{13}$C NMR spectra as these signals occurred in aliphatic, carbonyl, and olefin carbon regions and are attributed to impurities present in industrial byproducts.

The peak at 60.59 ppm in ECC-MS spectra assigned to C-6 could be referenced to the chemical shifts of C-6 of $\beta$-D-glucose, which was assigned at 60.59. The large degree of signal overlap in the range of 60–85 ppm may be attributed to the cross-linking step which induces the formation of a polymer network. A previous report suggested that after cross-linking, the C-1 signal (100–105 ppm) decreased when the cross-linking agent’s amount was increased due to a reduction of the glucose quantity and an increase in the disorder introduced by the cross-linking as well as higher rigidity of cross-linked starch. In this study of ECC-MS, a similar trend was observed as after cross-linking, the signal (100.16 ppm) became less intense. Interestingly, Mangala et al. (1999) also suggested similar findings for RS derived from ragi and found almost comparable spectra for ragi amylose and RS from processed ragi.

3.12. Thermogravimetric Analysis. The behavioral changes of chemically modified starch impacted by cross-linking treatment were studied by TGA and are shown in
Three different decomposition stages were observed in the decomposition pattern of AMS and ECC-MS. In the initial stage, the decomposition of AMS started from 44.5 to 88.97 °C with a weight loss of about 8.5%. During this phase, the water’s dehydration and evaporation may occur as moisture may be present in the form of bonded and unbonded states. A similar decomposition pattern was followed by ECC-MS in which the evaporation of lodged moisture occurred from 31.76 to 68.75 °C with a loss of 9.090%. The % weight loss during this phase is directly proportional to moisture content; that is, the more the moisture present in the sample, the more will be the weight loss. The removal of water from all sample surfaces may lead to the development of the porous structure of starch.

When the heating temperature was gradually increased with a controlled heating rate, prominent decomposition in both AMS and ECC-MS was observed. Liu et al. (2016) also observed a similar pattern (three-phase) of decomposition of sodium trimetaphosphate cross-linked high amylose corn starch, with a considerable increment of the decomposition temperature for modified starch when the phosphorus content was increased from 0 to 0.02% ⁶⁶. In cross-linked starch, the second phase of weight loss occurred actually due to the thermal decomposition of starch. The second decomposition phase was observed from 273.63 to 320.82 °C with a significant weight loss (64.57%). The midpoint of the second phase decomposition in AMS was observed at 292.04 °C, and the peak of second decomposition was observed at 295.45 °C in ECC-MS. The maximum weight loss during the second phase may be due to depolymerization with rupturing of carbon–carbon and carbon–oxygen bonds of the ring structures available in starch, and it may be responsible for the evolution of small molecules such as CO, CO₂, and H₂O.
is also reported that dehydration of the saccharide ring occurs in this phase.\textsuperscript{49} The change in the decomposition pattern of chemically modified mandua starch with a significantly higher requirement of thermal energy for decomposition was considered due to the formation of tight junctions induced in cross-linked starch by cross-linking agents, and these might be responsible for the formation of the tight, compact structure of porous starch and thermal stability toward decomposition. Carmona-Garcia et al. (2009) concluded that due to the presence of a glycerol bond in ECHD-treated starch, gelatinization of cross-linked starch occurred at a higher temperature. Glycerol bonds tightened the molecular organization of a starch molecule, thereby increasing the gelatinization temperature.\textsuperscript{41} The third stage decomposition of AMS was observed in the range of 413–463.8 °C, and in a chemically modified form, this phase was observed from 410.25 to 484.20 °C with a weight loss of 6.791%. In this phase, the weight loss was significantly lower (p < 0.05) than in phase two, and this phase consumed more energy and occurred at a higher temperature (410.25–484.20 °C) in chemically modified starch. This may be due to the significant decomposition of AMS and ECC-MS in phase two. However, pyrolysis may be responsible for the weight loss in the third phase. The results of TGA inferred that compact structure formation occurs after cross-linking by ECHD and leads to the resistance to decomposition. It also restricts the movement of cross-linked chains, leading to thermal stability.

Hollinger et al. (1974) reported that in the presence of a diluent, the thermal stability of cross-linked starch increased in the granular, crystalline state.\textsuperscript{48} In a study, the decomposition temperature of cross-linked starch (cross-linked by hexamethylene diisocyanate) has been reported to be higher than that of the native starch.\textsuperscript{70} According to Singh et al. (2007), an increase in gelatinization temperature of cross-linked starch is related to the reduced mobility of amorphous chains in the starch granule due to the formation of intermolecular bridges.\textsuperscript{71} Thermal stability of moth bean starch was slightly increased on cross-linking of moth bean starch with POCl\textsubscript{3} in an alkali environment.\textsuperscript{72} The differential thermal analysis curve of AMS showed two endothermic peaks at 51.52 °C (7.62 μV) and 267.74 °C (7.66 μV) and one exothermic peak at 322.11 °C (2.83 μV), while modified starch exhibited endothermic decomposition at the temperature of 71.29 °C (15.42 μV) and exothermic decomposition at 283.43 °C (6.67 μV) (graphs have not been shown). These results represent better thermal stability of ECC-MS than AMS.

3.13. Quantification of RS. The RS content in AMS was 9.5% w/w. However, RS content in cross-linked mandua starch was found to be 27% w/w. It has been reported that any change in swelling behavior significantly influences the penetration of the enzyme in starch granules. This phenomenon causes a change in the digestion behavior and RS fraction. The findings of this study were in agreement with the digestion resistibility of the modified mandua starch calculated in different simulated fluids because of the enzymes used in simulated fluids. However, it was observed that the RS content was slightly lower when quantified using an enzymatic kit. This change in the RS content may be due to the use of amyloglucosidase and α-amylase. A similar trend in the increase in RS content after enzymatic digestion was observed earlier for cross-linked maize starch.\textsuperscript{73}

3.14. Principal Component Analysis. The advantage of performing PCA is to transform the correlated variables into a new uncorrelated variable. It is performed to recognize the likeness between treatments of dependent variables established on correlations among them. Hence, the data become easier to explain in a chart. In this study, Pearson correlation analysis showed strong correlations (p < 0.01) among some starch properties that are known to directly impact functionality. The principal component score and loading plots have been merged into biplots to facilitate better data visualization, as shown in Figure 9. The biplot confirmed that the degree of cross-linking and digestion resistibility is significantly negatively correlated with water absorption capacity and paste clarity (%T) (r close to −1). The swelling power lies almost at an orthogonal angle to digestion resistibility, which is the evidence for a less significant effect on the other properties. The positions of AMS and ECC-MS at different quadrants of the PCA biplot demonstrate the existence of distinguished treatment effects on all the properties of AMS. Analogous pieces of evidence have been reported for the relationship between the digestion property and the structural characteristics.\textsuperscript{74}

4. CONCLUSIONS

Cross-linking with ECHD caused the changes in physicochemical and in vitro digestion resistibility properties of AMS. The digestion resistibility of ECC-MS showed significant increment in all simulated fluids of GIT, and it indicated an increment in resistant starch content after ECHD treatment of mandua starch. Cross-linking and purity were confirmed by \textsuperscript{13}C NMR and by other parameters. Powder XRD results revealed a RS peak in cross-linked starch. The swelling capacity, solubility, and paste clarity decreased after cross-linking. It was found that the level of modification had a strong influence on the thermal properties of the cross-linked starch. Moreover, cross-linking using ECHD could improve the resistant content of mandua starch. The increase of RS content might be responsible for the improvement in digestion resistibility. The cross-linked mandua starch may be used as a replacement for dietary fiber in the food industry and as a sustained-release matrix modifier in pharmaceutical industries.

AUTHOR INFORMATION

Corresponding Author

Vipin Kumar — Department of Pharmaceutical Sciences, 
Faculty of Medical Science & Health, Gurukul Kangri (Deemed to be University), Haridwar 249404, India; orcid.org/0000-0002-7557-6720; Email: sharmadibru@gmail.com

Authors

Mayank Kumar Malik — Department of Chemistry and 
Department of Pharmaceutical Sciences, Faculty of Medical Science & Health, Gurukul Kangri (Deemed to be University), Haridwar 249404, India

Prince Prashant Sharma — Department of Pharmaceutical Sciences, Faculty of Medical Science & Health, Gurukul Kangri (Deemed to be University), Haridwar 249404, India

Jaspal Singh — Department of Chemistry, Gurukul Kangri (Deemed to be University), Haridwar 249404, India

Shivkanya Fuloria — Faculty of Pharmacy, AIMST University, Kelahad 08110, Malaysia

Vetrivelan Subrimanyan — Faculty of Medicine, Bioscience and Nursing, MAHSA University, Kuala Lumpur 42610, Malaysia
Neeraj Kumar Fuloria — Faculty of Pharmacy, AIMST
University, Kedah 08100, Malaysia; Center for
Transdisciplinary Research, Department of Pharmacology,
Saveetha Dental College and Hospital, Saveetha Institute of
Medical and Technical Sciences, Saveetha University,
Chennai 602108, India

Pawan Kumar — Department of Physics, Gurukal Kangri
(Deemed to be University), Haridwar 249404, India

Complete contact information is available at:
https://pubs.acs.org/10.1021/acsomega.2c02327

Notes
The authors declare no competing financial interest.

The datasets used and/or analyzed during the current study
are available from the corresponding author on reasonable
request.

ACKNOWLEDGMENTS
The authors acknowledge the financial support provided by
the Uttarakhand Council for Science and Technology (UCOST),
Dehradun, India (ref: UC&ST/R&D-7/17–18/14318/8),
Head, Institute Instrumentation Center, Indian Institute
of Technology, Roorkee, for providing SEM and NMR facilities,
Material Research Centre, Malaviya National Institute of
Technology, Jaipur, for providing thermogravimetric analysis
facility and Vivekananda Parvartiya Krishi Anushandhan
Sansthan, Almora (Uttarakhand), for providing VL-352
(mandua grains).

REFERENCES
(1) Chandrashekar, A. Finger Millet: Eleusine coracana. In Advances in
Food and Nutrition Research, 1st Ed.; Taylor, D., Ed.; Academic
Press: New York, 2010; pp. 215–262.
(2) Upadhyaya, H.-D.; Gowda, C.-L.-L.; Reddy, V.-G. Morphological
diversity in finger millet germplasm introduced from Southern
and Eastern Africa. J. SAT Agric. Res. 2007, 3, 1–3.
(3) Zhou, X.; Lim, S. Pasting viscosity and in vitro digestibility of
retrograded waxy and normal corn starch powders. Carbohydr. Polym.
2012, 87, 235–239.
(4) Higgins, J.-A.; Brown, L.-L. Resistant starch: a promising dietary
agent for the prevention/treatment of inflammatory bowel disease and
bowel cancer. Curr. Opin. Gastroenterol. 2013, 29, 190–194.
(5) Jiang, G.; Liu, Q. Characterization of residues from partially
hydrolyzed potato and high amylose corn starches by pancreatic a-
amylase. Starch/Stärke 2002, 54, 527–533.
(6) Zaman, S.-A.; Sarbini, S.-R. The potential of resistant starch as a
prebiotic. Crit. Rev. Biotechnol. 2015, 36, 1–7.
(7) Roopa, S.; Premavalli, K.-S. Effect of processing on starch fractions
in different varieties of finger millet. Food Chem. 2008, 106, 875–882.
(8) Siroha, A.-K.; Sandhu, K.-S. Physicochemical, rheological,
morphological, and in vitro digestibility properties of cross-linked
starch from pearl millet cultivars. Int. J. Food Prop. 2018, 21, 1371–
1385.
(9) Horiansis, M.-A.; Peralta, J.-M.; Brumovski, L.-A. In vitro
digestibility and pasting properties of epichlorohydin modified
cassava starch. Nutr. Food Sci. 2016, 46, 517–528.
(10) Bello-Pérez, L.-A.; Contreras-Ramos, S.-M.; Romero-Manilla,
R.; Solorza-Feria, J.; Jiménez-Aparicio, A. Chemical and functional
properties of modified starch from banana musaparadisiaca L. (Var.
Macho). Agr. Focioencia. 2002, 36, 169–180.
(11) Kaur, L.; Singh, N.; Singh, J. Factors influencing the properties of
hydroxypropylated potato starches. Carbohydr. Polym. 2004, 55,
211–223.
(12) Amani, N.-G.; Kamenan, A.; Rolland Sabate, A.; Colonna, P.
Stability of yam starch gels during processing. Afr. J. Biotechnol.
2005, 4, 94–101.
(13) Das, A.-B.; Singh, G.; Singh, S.; Riar, C.-S. Effect of Acetylation
and Dual Modification on Physic-Chemical, Rheological and
Morphological Characteristics of Sweet Potato (Ipomoea batatas)
Starch. Carbohydr. Polym. 2010, 80, 725–732.
(14) Sukhiija, S.; Singh, S.; Riar, C. S. Molecular characteristics of
oxidized and cross-linked lotus (Nelumbo nucifera) rhizome starch.
Int. J. Food Prop. 2017, 20, S1065–S1081.
(15) Dupuis, J.-H.; Liu, Q.; Yada, R.-Y. Methodologies for Increasing
the Resistant Starch Content of Food Starches: A Review. Compr. Rev.
Food Sci. Food Saf. 2014, 13, 1219–1234.
(16) Woo, K.; Seib, P.-A. Cross-linked resistant starch: preparation
and properties. Cereal Chem. 2002, 79, 819–825.
(17) Magalhães-Cruz, P.-A.; Flores-Silva, P.-C.; Bello-Perey, L.-A.
Starch Structure Influences Its Digestibility: A Review. J. Food Sci.
2017, 82, 2016–2023.
(18) Qiu, L.; Hu, F.; Peng, Y. Structural and mechanical characteristics
of film using modified corn starch by the same two chemical
processes used in different sequences. Carbohydr. Polym. 2013,
91, 590–596.
(19) Jyothi, A.-N.; Moorthy, S.-N. K.-N.; Rajasekharan, K. N. Effect
of cross-linking with epichlorohydrin on the properties of cassava
(Manihot esculenta Crantz) starch. Starch/Stärke 2006, 58, 292–
299.
(20) Reddy, D.-K.; Bhotmange, M.-G. Isolation of starch from rice
(Oryza Sativa L.) and its morphological study using scanning electron
microscopy. Int. J. Agri. Food Sci. Technol. 2013, 4, 859–866.
(21) Hamerstrand, G.-E.; Hofreiter, B.-T.; Mehlhretter, C.-L.
Determination of the extent of reaction between epichlorohydrin
and starch. Cereal Chem. 1960, 37, 519–524.
(22) Butt, N.-A.; Ali, T.-M.; Hasnain, A. Rice starch citrates and
lactates: A comparative study on hot water and cold water swelling
starches. Int. J. Biol. Macromol. 2019, 127, 107–117.
(23) Afolabi, T.-A.; Olu-Owolabi, B.-I.; Adebowale, K.-O.; Lawal,
O.-S.; Akintayo, C.-O. Functional and tabletting properties of
acetylated and oxidized finger millet (Eleusine Coracana) starch.
Starch/Stärke 2011, 64, 326–337.
(24) Bai, X.; Dong, Z.; Wu, X.; Tong, J.; Zhou, J. Changes in
Crystalline Structure of Microspheres of Corn Starch and Amylose
under Isothermal and Temperature Cycling Treatments. Ind. Crops
Prod. 2013, 51, 220–223.
(25) AOAC. Determination of Moisture, Ash, Protein and Fat.
Official Method of Analysis of the Association of Analytical Chemists,
18th ed.; AOAC: Washington, DC, 2005.
(26) Chen, J.; Li, X.; Chen, L.; Xie, F. Starch film-coated
microparticles for oral colon-specific drug delivery. Carbohydr.
Polym. 2018, 191, 242–254.
(27) Pu, H.; Chen, L.; Li, X.; Xie, F.; Yu, L.; Li, L. An Oral Colon-
Targeting Controlled Release System Based on Resistant Starch
Acetate: Synthesis, Characterization, and Preparation of Film-
Coating Pellets. J. Agric. Food Chem. 2011, 59, 5738–5745.
(28) Koo, S.-H.; Lee, K.-Y.; Lee, H.-G. Effect of cross-linking on the
physicochemical and physiological properties of corn starch. Food
Hydrocolloids 2010, 24, 619–625.
(29) Correia, P.-R.; Beirão-da-Costa, M.-L. Chestnut and a corn
starch properties affected by isolation methods. Starch/Stärke 2010,
62, 421–428.
(30) Correia, P.-R.; Beirão-da-Costa, M.-L. Starch isolation from
chestnut and a corn flours through alkali and enzymatic methods.
Food Bioprod. Process. 2012, 90, 309–316.
(31) Correia, P.-R.; Nunes, M.-C.; Beirão-da-Costa, M.-L. The effect
of starch isolation method on physical and functional properties of
Portuguese nuts starches. I. Chestnuts (Castanea sativa Mill. var.
Martainha and Longal) fruits. Food Hydrocolloids 2012, 27, 256–263.
(32) Baldwin, P.-M. Starch granule-associated proteins and
polypeptides: A review. Starch 2001, 53, 475–503.
(33) Debet, M.-R.; Gidley, M.-J. Three classes of starch granule swelling: Influence of surface proteins and lipids. *Carbohydr. Polym.* 2006, 64, 452–465.

(34) Xu, A.; Guo, K.; Liu, T.; Bian, X.; Zhang, L.; Wei, C. Effects of different isolation media on structural and functional properties of starches from root tubers of purple, yellow and white sweet potatoes. *Molecules* 2018, 23, 2135.

(35) Yook, C.; Pek, U.-H.; Park, K.-H. Gelatinization and retrogradation characteristics of hydroxypropylated and cross-linked rice. *J. Food Sci.* 1993, 58, 405–407.

(36) Bajpai, A.-K.; Bhanu, S. Dynamics of controlled release of heparin from swellable cross-linked starch microspheres. *J. Mater. Sci.* Mater. Med. 2007, 18, 1613–1621.

(37) Gani, A.; Ashwar, B.-A.; Akhter, G.; Shah, A.; Wani, I.-A.; Masoodi, F.-A. Physico-chemical, structural, pasting and thermal properties of starches of fourteen Himalayan rice cultivars. *Int. J. Biol. Macromol.* 2017, 95, 1101–1107.

(38) Adébowale, K.-O.; AdeniyI Afolabi, T.-A.; Lawal, S.-L. Isolation, modification and physicochemical characterization of Bambara groundnut (Voandzeia subterranea) starch and flour. *Food Chem.* 2002, 78, 305–311.

(39) Dubois, I.; Picton, L.; Muller, G.; Audibert-Hayet, A.; Doublier, J.-L. Structure/theoretical properties relations of cross-linked potato starch suspensions. *J. Appl. Polym. Sci.* 2001, 81, 2480–2489.

(40) Xiao, H.-Xi.; Lin, Q.-Lu.; Liu, G.-Qi.; Yu, Y. F. A Comparative Study of the Characteristics of cross-linked, oxidized and dual-modified rice starches. *Molecules* 2012, 17, 10946–10957.

(41) Carmona-García, R.; Sánchez-Rivera, M.-M.; Méndez-Montevalo, G.; Garza-Montoya, B.; Bello-Pérez, L.-A. Effect of the cross-linked reagent type on some morphological, physicochemical and functional characteristics of banana starch (Musa paradisiaca). *Carbohydr. Polym.* 2009, 76, 117–122.

(42) Gani, A.; Ashwar, B.-A.; Akhter, G.; Gani, Z.; Shah, G.; Masoodi, F.; Wani, I. A. Resistant starch from five Himalayan rice cultivars and Horse chestnut: Extraction method optimization and characterization. *Sci. Rep.* 2020, 10, 4097.

(43) Tesfay, D.; Abrha, S.; Yilma, Z.; Woldu, G.; Molla, F. Modification with citric acid on the physicochemical properties and rate and extent of in vitro starch digestion. *J. Agric. Food Chem.* 2014, 62, 7608–7618.

(44) Núñez-Bretón, L.-C.; Cruz-Rodríguez, L.-C.; Tzompole-Colohua, M.-L.; Jiménez-Guzmán, J.; Perea-Flores, M. de J.; Rosas-Florin, W.ª; González-Jiménez, F. E. Physicochemical, functional and structural characterization of Mexican Oralis tuberosa starch modified by cross-linking. *J. Food Meas. Charact.* 2019, 13, 2862–2870.

(45) Moorthy, S.-N. Physicochemical and functional properties of tropical tuber starches: A Review. *Starch/Stärke* 2002, 54, 559–592.

(46) Zheng, G.-H.; Han, H.-L.; Bhatt, R.-S. Functional Properties of Cross-Linked and Hydroxypropylated Waxy Hull-less barley Starches. *Cereal Chem.* 1999, 76, 182–188.

(47) Daramola, B.; Bamilade, E. Influence of three alkalinizing agents on some functional properties of cassava starch-modified using epichlorohydrin. *Bangladesh J. Sci. Ind. Res.* 2015, 49, 63–68.

(48) Hollinger, G.; Kunia, L.; Marchessault, R.-H.; Marchessault, R.-H. Thermodynamic aspects of the gelatinization and cross-linking swelling of cross-linked starch. *Biopolym 1974, 13, 879–890.

(49) Kunia, L.; Marchessault, R.-H. Study of the reaction between epichlorohydrin and starch. *Starch/Stärke* 1972, 24, 110–116.

(50) Masina, N.; Choonaara, Y.-E.; Kumar, P.; du Toit, L.-C.; Govender, M.; Inderumun, S.; Pillay, V. A review of the chemical modification techniques of starch. *Carbohydr. Polym.* 2017, 157, 1226–1236.

(51) Li, Y.; Lim, S. Preparation of aqueous alpha-lipoic acid dispersions with octenylsuccinylated high amyllose starch. *Carbohydr. Polym.* 2016, 140, 253–259.

(52) Qin, Y.; Zhang, H.; Dai, Y.; Hou, H.; Dong, H. Effect of alkali treatment on structure and properties of high amyllose corn starch film. *Mat. 2019, 12, 1705.*
(73) Falsafi, S.-R.; Maghsoudlou, Y.; Aalami, M.; Jafari, S.-M.; Raeisi, M. Physicochemical and morphological properties of resistant starch type 4 prepared under ultrasound and conventional conditions and their in-vitro and in-vivo digestibilities. *Ultrason. Sonochem.* 2019, 53, 110–119.

(74) De la Rosa-Millán, J. Physicochemical, molecular, and digestion characteristics of annealed and heat–moisture treated starches under acidic, neutral, or alkaline pH. *Cereal Chem. J.* 2017, 94, 770–779.